Title:
The Effect Fluoropolymer Processing Additive and Stearate Additive Levels Have on Processing of HDPE Resins

Abstract:
Extrusion processing of high density polyethylene (HDPE) resins can be improved by the use of various additives. This practice is widely accepted, and the specific additive selected can have measurable effects on the resin processing. These additive effects may be both positive and negative, and they may be observed simultaneously. It is the desire of the processor to minimize the negative effects and maximize the positive effects.

An experiment was performed to evaluate the effectiveness of calcium stearate and fluoropolymer to improve the extrusion processing of HDPE resin. Elimination of melt fracture, reduction in extrusion pressures and the rate of formation of die build up were measured and used for comparison.

We found that high levels are required to eliminate melt fracture, but this may lead to the formation of die build-up, generation of smoke and fumes during processing and the formation of plate out and surface deposits on secondary processing equipment. In contrast a low level of fluoropolymer has been demonstrated to provide improvements which allow the processor to operate with reductions in extrusion pressures, elimination of melt fracture, and at the same time, avoid the formation of die build up.

Date Published: October, 2001
The Effect Fluoropolymer Processing Additive and Stearate Additive Levels Have on Processing of HDPE Resins

John Horns
Dyneon LLC

Eric Adair
Dyneon LLC
ABSTRACT

Extrusion processing of high density polyethylene (HDPE) resins can be improved by the use of various additives. This practice is widely accepted, and the specific additive selected can have measurable effects on the resin processing. These additive effects may be both positive and negative, and they may be observed simultaneously. It is the desire of the processor to minimize the negative effects and maximize the positive effects.

An experiment was performed to evaluate the effectiveness of calcium stearate and fluoropolymer to improve the extrusion processing of HDPE resin. Elimination of melt fracture, reduction in extrusion pressures and the rate of formation of die build up were measured and used for comparison.

We found that high levels are required to eliminate melt fracture, but this may lead to the formation of die build-up, generation of smoke and fumes during processing and the formation of plate out and surface deposits on secondary processing equipment. In contrast a low level of fluoropolymer has been demonstrated to provide improvements which allow the processor to operate with reductions in extrusion pressures, elimination of melt fracture, and at the same time, avoid the formation of die build up.

EXPERIMENTAL PROCEDURE

This experiment was performed on a laboratory scale Haake cast film extrusion die. The extrusion equipment specifications, measured variables and temperature profile are given in Table I.

The resin evaluated was a commercially available 0.9 M1 (0.956 density, British Petroleum manufacturing process) HDPE, properly stabilized with primary and secondary antioxidants and a minimal level of calcium stearate for catalyst neutralization. Calcium stearate (Baerlocher 5862) and a fluoropolymer (Dynamar™ FX 5911X) were used as polymer processing additives. These materials were compounded into
3% concentrates with the HDPE base resin using a twin screw Haake compounding extruder.

Four formulations were evaluated in this experiment and are outlined in Table 2. The first formulation (compound A) was the base resin and was extruded to determine a baseline for the evaluation. The second and third (compounds B&C) formulations were extruded to determine the effects of higher levels of calcium stearate on the extrusion characteristics of the HDPE resin. The fourth formulation (compound D) contained the Dynamar FX 5911X processing additive. Specific formulations were made by tumble blending the necessary amounts of individual concentrates into the HDPE host resin to reach the desired concentrations of additives.

The process variables monitored during the experiment were screw speed (rpm), melt pressure (MPa) and melt temperature (°C) measured both at the ‘coat hanger’ reservoir of the die and at the exit of the extruder. The output was measured by weighing film samples taken over a specified period of time. Other variables measured were percent melt fracture as a function of time and die lip build-up as a function of time. Percentage melt fracture was evaluated by estimating the percentage of surface of film that was melt fractured as a function of the entire film surface. Die lip build-up was recorded through the use of a digital camera focused at the exit of the cast film die.

The extrusion process variables, output, melt fracture and die lip build-up was monitored every 15 minutes. After a period of 90 to 120 minutes extrusion time with the PPA or calcium stearate present, a steady state extrusion condition was observed and this was defined as the equilibrium condition. This condition was used for comparison against the base line conditions.

The equipment was purged with 5 kg of a 70% calcium carbonate purge compound followed by 5 kg of an HDPE resin between formulations. The base resin was extruded after purging until the original base line was obtained prior to running each formulation.

RESULTS AND OBSERVATIONS

Extrusion pressure (PI), die pressure (P2), output increase, melt fracture elimination and time to die build-up measurements are summarized in Tables 3-7. Estimated error for the sample preparation and the recording of the extrusion variables is approximately 5%, and this should be considered when reviewing the data tables.

**Extrusion Pressure (PI), Die Pressure (P2) & Output Increase: Reference Tables 3-5**

Extruder pressure was measured at the exit of the extruder (PI), and these values are summarized in Table 3. A 14% reduction in PI pressures with Compound D (containing fluoropolymer) was observed. No significant reduction in die pressures with either 3000 ppm or 6000 ppm calcium stearate present was observed.

Die pressure was measured in the coat hanger of the die (P2), and these values are summarized in Table 4. A 20% reduction in P2 pressures was observed for Compound D. No significant reduction in die pressures was observed with either 3000 ppm or 6000 ppm calcium stearate.

After observing a reduction in extrusion pressure it is possible to increase the output to generate the original control pressure. This allows for a comparison to be made between the original and new outputs. A reduction in die pressure was used to determine whether a specific compound could allow for increased output. Compound D had a 20% reduction in P2 pressure at constant screw rpm. Increasing the rpm to generate the original control die pressure resulted in a 72% increase in output. Neither compound containing calcium stearate provided an extrusion or die pressure reduction during processing.

**Melt Fracture Elimination: Reference Table 6**

Extrusion of Compound A (1000 ppm calcium stearate) resulted in a film surface that was 100% melt fractured for the entire 120 minutes of extrusion time. Compound B (3000 ppm calcium stearate) demonstrated a quick reduction in melt fracture, with less than 5% after 30 minutes; however, the melt fracture was never completely eliminated after 120 minutes extrusion time. Compound C (6000 ppm calcium stearate) did eliminate melt fracture after 60 minutes. Compound D (500 ppm fluoropolymer) also eliminated melt fracture after 60 minutes.

**Time to Form Die Build-up: reference Table 7 and Die Pictures**

Extrusion of Compound A (1000 ppm calcium stearate) showed no visible die build-up after 60 minutes run time. Compound B (3000 ppm calcium stearate) showed some die build-up after 45 minutes run time. Compound C (6000 ppm calcium stearate) showed significant die build-up formation after only 30 minutes run time. Compound D (500 ppm fluoropolymer) showed no die build-up after 450 minutes of run time.

**DISCUSSION AND CONCLUSIONS**

To evaluate if the extrusion processing of this HDPE resin is being affected by incorporation of these additives several empirical observations were made.
The extrusion and die pressures were reduced with a fluoropolymer present, but no reductions were observed when using high levels of calcium stearate. A reduction in extrusion pressures is a primary benefit which allows the process variables to be changed to more favorable operating conditions. Reductions in processing temperatures, changes in resin, or increases in output are all possible after a reduction in extrusion pressure is observed.

The potential to increase output was assessed in this experiment. The reduction in extrusion pressure with the fluoropolymer present allowed the output to be increased while maintaining the extrusion pressure observed in the control condition. Incorporation of calcium stearate did not provide this benefit.

100% melt fracture was observed in the control extrudate under the process conditions of this study. After 1 hour of extrusion, 3000 ppm calcium stearate resulted in partial elimination of melt fracture, and 6000 ppm calcium stearate resulted in complete elimination of melt fracture. Using 500 ppm fluoropolymer resulted in complete elimination of melt fracture after 1 hour of extrusion. These results suggest that the fluoropolymer is more effective. At lower usage levels it establishes an interfacial layer between the polymer melt and metal die surface. The fluoropolymer has a greater effect on reducing the interface shear stress which may be generating melt fracture.

Possible concerns when using high levels of stearates in a resin compound is the potential for die build up and smoke generation as a result of additive degradation during processing. Both compounds with 3000 ppm calcium stearate and 6000 ppm calcium stearate resulted in die build up. With 3000 ppm calcium stearate present die build up was observed after 60 minutes. With 6000 ppm calcium stearate present die build-up was observed after 30 minutes. The rate of formation appears to be concentration dependent. Reference photographs of these phenomena are included in this paper. Smoke generation was observed when processing these calcium stearate containing compounds.

Another effect of high stearate levels is build-up of these materials on take off equipment or other secondary processes. During this evaluation, film roll slippage was observed when processing Compound C (6000 ppm calcium stearate). The slippage resulted in flow lines on the film surfaces and a build-up of white residue on the take-off rollers. Stearates are believed to be partially mobile after the extrudate profile has solidified. They may build up on take off equipment and printing rollers, and can negatively affect film printing properties. This phenomena has not been observed when using a PPA.(6,7)

The results of these experiments suggest that the resin processor may have a difficult time to define an acceptable level of calcium stearate.

REFERENCES

1. P. S. Blatz, U.S. Patent 3,125,547, “Extrudable Composition Consisting of Polyolefin and a Fluorocarbon Polymer” (1964)


### Table 1: Extrusion Conditions

**Extruder Details:**
- Haake single screw cast film extrusion line
- 25 mm diameter barrel
- 24:1 Length/diameter ratio
- 5 HP Drive motor
- 15 cm die width
- 0.6 mm die gap

**Extrusion Temperature Profile:**
- Extruder zone #1: 120°C
- Extruder zone #2: 200°C
- Extruder zone #3: 200°C
- Die: 190°C

**Output:**
- 3-4 kg/hr for the HDPE resin

**Pressure Sensors:**
- P1: Pressure monitored at the exit of the extruder
- P2: Pressure monitored at the “coat hanger” reservoir of the die

### Table 2: Resin Formulation

<table>
<thead>
<tr>
<th>Compound</th>
<th>A</th>
<th>B</th>
<th>C</th>
<th>D</th>
</tr>
</thead>
<tbody>
<tr>
<td>Calcium Stearate (CaSt)</td>
<td>0.1</td>
<td>0.3</td>
<td>0.6</td>
<td>0.10</td>
</tr>
<tr>
<td>Dynamar™ FX 5911X</td>
<td>—</td>
<td>—</td>
<td>—</td>
<td>0.05</td>
</tr>
<tr>
<td>HDPE resin</td>
<td>99.9</td>
<td>99.7</td>
<td>99.4</td>
<td>99.85</td>
</tr>
</tbody>
</table>

### Table 3: Extruder Pressure (P1) **unit = Megapascals**

<table>
<thead>
<tr>
<th>Time (minutes)</th>
<th>Compound A</th>
<th>Compound B</th>
<th>Compound C</th>
<th>Compound D</th>
</tr>
</thead>
<tbody>
<tr>
<td>0</td>
<td>16.36</td>
<td>16.13</td>
<td>15.89</td>
<td>16.18</td>
</tr>
<tr>
<td>15</td>
<td>16.36</td>
<td>16.07</td>
<td>15.57</td>
<td>16.08</td>
</tr>
<tr>
<td>30</td>
<td>16.42</td>
<td>16.11</td>
<td>15.45</td>
<td>16.12</td>
</tr>
<tr>
<td>45</td>
<td>16.47</td>
<td>16.00</td>
<td>15.52</td>
<td>15.64</td>
</tr>
<tr>
<td>60</td>
<td>16.38</td>
<td>16.07</td>
<td>15.30</td>
<td>15.20</td>
</tr>
<tr>
<td>75</td>
<td>16.18</td>
<td>15.43</td>
<td>14.23</td>
<td></td>
</tr>
<tr>
<td>90</td>
<td>16.31</td>
<td>15.37</td>
<td>14.24</td>
<td></td>
</tr>
<tr>
<td>105</td>
<td>16.07</td>
<td>15.54</td>
<td>13.91</td>
<td></td>
</tr>
<tr>
<td>120</td>
<td>16.07</td>
<td>15.43</td>
<td>13.95</td>
<td></td>
</tr>
</tbody>
</table>
Table 4: Die Pressure (P2) unit = Megapascals

<table>
<thead>
<tr>
<th>Time (minutes)</th>
<th>Compound A</th>
<th>Compound B</th>
<th>Compound C</th>
<th>Compound D</th>
</tr>
</thead>
<tbody>
<tr>
<td>0</td>
<td>12.04</td>
<td>11.91</td>
<td>11.53</td>
<td>11.75</td>
</tr>
<tr>
<td>15</td>
<td>12.04</td>
<td>11.87</td>
<td>11.40</td>
<td>11.64</td>
</tr>
<tr>
<td>30</td>
<td>12.04</td>
<td>11.67</td>
<td>11.20</td>
<td>11.60</td>
</tr>
<tr>
<td>45</td>
<td>12.03</td>
<td>11.62</td>
<td>11.33</td>
<td>11.18</td>
</tr>
<tr>
<td>60</td>
<td>11.94</td>
<td>11.73</td>
<td>11.17</td>
<td>10.77</td>
</tr>
<tr>
<td>75</td>
<td></td>
<td>11.69</td>
<td>11.11</td>
<td>9.84</td>
</tr>
<tr>
<td>90</td>
<td></td>
<td>11.89</td>
<td>11.17</td>
<td>9.66</td>
</tr>
<tr>
<td>105</td>
<td></td>
<td>11.73</td>
<td>11.26</td>
<td>9.54</td>
</tr>
<tr>
<td>120</td>
<td></td>
<td>11.78</td>
<td>11.30</td>
<td>9.44</td>
</tr>
</tbody>
</table>

Table 5: Output unit = kg/hr

<table>
<thead>
<tr>
<th>Extruder RPM</th>
<th>Compound A</th>
<th>Compound B</th>
<th>Compound C</th>
<th>Compound D</th>
</tr>
</thead>
<tbody>
<tr>
<td>120</td>
<td>3.4</td>
<td>3.4</td>
<td>3.5</td>
<td>3.5</td>
</tr>
<tr>
<td>145</td>
<td></td>
<td></td>
<td></td>
<td>4.2</td>
</tr>
<tr>
<td>162</td>
<td></td>
<td></td>
<td>4.9</td>
<td></td>
</tr>
<tr>
<td>200</td>
<td></td>
<td></td>
<td>6.0</td>
<td></td>
</tr>
</tbody>
</table>

Table 6: Melt Fracture unit = percent

<table>
<thead>
<tr>
<th>Time (minutes)</th>
<th>Compound A</th>
<th>Compound B</th>
<th>Compound C</th>
<th>Compound D</th>
</tr>
</thead>
<tbody>
<tr>
<td>0</td>
<td>100</td>
<td>100</td>
<td>100</td>
<td>100</td>
</tr>
<tr>
<td>15</td>
<td>100</td>
<td>30</td>
<td>25</td>
<td>95</td>
</tr>
<tr>
<td>30</td>
<td>100</td>
<td>10</td>
<td>10</td>
<td>60</td>
</tr>
<tr>
<td>45</td>
<td>100</td>
<td>&lt;5</td>
<td>&lt;5</td>
<td>15</td>
</tr>
<tr>
<td>60</td>
<td>100</td>
<td>&lt;5</td>
<td>0</td>
<td>0</td>
</tr>
<tr>
<td>75</td>
<td>100</td>
<td>&lt;5</td>
<td>0</td>
<td>0</td>
</tr>
<tr>
<td>90</td>
<td>100</td>
<td>&lt;5</td>
<td>0</td>
<td>0</td>
</tr>
<tr>
<td>105</td>
<td>100</td>
<td>&lt;5</td>
<td>0</td>
<td>0</td>
</tr>
<tr>
<td>120</td>
<td>100</td>
<td>&lt;5</td>
<td>0</td>
<td>0</td>
</tr>
</tbody>
</table>

Table 7: Die Build-up unit = visual observation

<table>
<thead>
<tr>
<th>Time (minutes)</th>
<th>Compound A</th>
<th>Compound B</th>
<th>Compound C</th>
<th>Compound D</th>
</tr>
</thead>
<tbody>
<tr>
<td>0</td>
<td>none detected</td>
<td>none detected</td>
<td>none detected</td>
<td>none detected</td>
</tr>
<tr>
<td>15</td>
<td>none detected</td>
<td>none detected</td>
<td>none detected</td>
<td>none detected</td>
</tr>
<tr>
<td>30</td>
<td>none detected</td>
<td>none detected</td>
<td>present</td>
<td>none detected</td>
</tr>
<tr>
<td>45</td>
<td>none detected</td>
<td>none detected</td>
<td>none detected</td>
<td>none detected</td>
</tr>
<tr>
<td>60</td>
<td>none detected</td>
<td>Present</td>
<td>none detected</td>
<td>none detected</td>
</tr>
<tr>
<td>75</td>
<td>none detected</td>
<td>none detected</td>
<td>none detected</td>
<td>none detected</td>
</tr>
<tr>
<td>90</td>
<td>none detected</td>
<td>none detected</td>
<td>none detected</td>
<td>none detected</td>
</tr>
<tr>
<td>105</td>
<td>none detected</td>
<td>none detected</td>
<td>none detected</td>
<td>none detected</td>
</tr>
<tr>
<td>120</td>
<td>none detected</td>
<td>none detected</td>
<td>none detected</td>
<td>none detected*</td>
</tr>
</tbody>
</table>

*none detected after 450 minutes extrusion time
Compound C
Time = 0 minutes

Die build up

Compound C
Time = 30 minutes

Die build up
Technical Information and Test Data

Technical information, test data, and advice provided by Dyneon personnel are based on information and tests we believe are reliable and are intended for persons with knowledge and technical skills sufficient to analyze test types and conditions, and to handle and use raw polymers and related compounding ingredients. No license under any Dyneon or third party intellectual rights is granted or implied by virtue of this information.

Important Notice:

Because conditions of product use are outside Dyneon’s control and vary widely, user must evaluate and determine whether a Dyneon product will be suitable for user’s intended application before using it. The following is made in lieu of all express and implied warranties (including warranties of merchantability and fitness for a particular purpose): if a Dyneon product is proved to be defective, Dyneon’s only obligation, and user’s only remedy, will be, at Dyneon’s option, to replace the quantity of product shown to be defective when user received it or to refund user’s purchase price. In no event will Dyneon be liable for any direct, indirect, special, incidental, or consequential loss or damage, regardless of legal theory, such as breach of warranty or contract, negligence, or strict liability.

© Dyneon 2001
Issued: 10/01
Printed in USA
98-0504-1084-8
All Rights Reserved

Product Information:
+1 651 733 5353   +1 800 723 9127

Dyneon Sales Offices:
Dyneon LLC
6744 33rd Street North
Oakdale, MN 55126
Phone: +1 651 733 5353
Fax: +1 651 737 7666
Toll Free: +1 800 723 9127

Dyneon GmbH & Co. KG
Hammerfeldstrasse 11
D-41460 Neuss, Germany
Phone: +49 2131 14 2227
Fax: +49 2131 14 3857

Dyneon GmbH & Co. KG
Werk Kelsterbach
D-65444 Kelsterbach, Germany
Phone: +49 6107 772 516
Fax: +49 6107 772 517

Dyneon N.V.
Canadastreet 12, Haven 1005
B-2070 Zwijndrecht, Belgium
Phone: +32 3 250 7537
Fax: +32 3 250 7905

Dyneon GmbH & Co. KG Sucessionale France
Boulevard de l’Oise, Tour 3M
F-95006 Cergy France
Phone: +33 1 3031 6611
Fax: +33 1 3031 6613

Dyneon GmbH & Co. KG
Sede Secondaria Italia
Via San Bivio, 1
Milano San Felice
I-20090 Segrate (MI) Italy
Phone: +39 02 7035 3206-7
Fax: +39 2 7035 3208

www.dyneon.com
Dynamar and Dyneon are trademarks of Dyneon

Dyneon GmbH & Co. KG
UK Branch House
3M House
P.O. Box 1, Market Place
Bracknell, Berkshire, RG12 1U
United Kingdom
Phone: +44 1344 429675
Fax: +44 1344 427904

Sumitomo 3M Limited
33-1 Tamagawada 2-chome
Setagaya-Ku, Tokyo
158 Japan
Phone: +81 03 3709 8743
Fax: +81 03 3709 8743

3M China Limited
10/F, New Town Mansion
55 Lou Shan Guan Road
Shanghai 200335
P.R.C.
Phone: +86 21 6275 3535
Fax: +86 21 6275 2343

3M Singapore Pte. Ltd.
6, Tagore Lane
Singapore 787473
Phone: +65 450 8022
Fax: +65 552 2119

3M Australia Pty., Ltd.
950 Pacific Highway
Pymble, N.S.W. 2073
Australia
Phone: +61 2 9498 9333
Fax: +61 2 9498 9660

3M Canada Inc.
P.O. Box 757
London, Ontario N6A 4T1
Phone: +519 451 2500
Fax: +519 452 6262

3M Brazil
Via Anhangabau, km 110
Sumare, Sao Paulo
CEP 13181-900
Phone: +55 19 3086 1084
Fax: +55 19 3086 1084
Warranty, Limited Remedy, and Disclaimer: Many factors beyond 3M’s control and uniquely within user’s knowledge and control can affect the use and performance of a 3M product in a particular application. User is solely responsible for evaluating the 3M product and determining whether it is fit for a particular purpose and suitable for user’s method of application. Unless a different warranty is specifically stated in the applicable product literature or packaging insert, 3M warrants that each 3M product meets the applicable 3M product specification at the time 3M ships the product. 3M MAKES NO OTHER WARRANTIES OR CONDITIONS, EXPRESS OR IMPLIED, INCLUDING, BUT NOT LIMITED TO, ANY IMPLIED WARRANTY OF MERCHANTABILITY OR FITNESS FOR A PARTICULAR PURPOSE OR ANY IMPLIED WARRANTY OR CONDITION ARISING OUT OF A COURSE OF DEALING, CUSTOM OR USAGE OF TRADE. If the 3M product does not conform to this warranty, then the sole and exclusive remedy is, at 3M’s option, replacement of the 3M product or refund of the purchase price.

Limitation of Liability: Except where prohibited by law, 3M will not be liable for any loss or damages arising from the 3M product, whether direct, indirect, special, incidental or consequential, regardless of the legal theory asserted, including warranty, contract, negligence or strict liability.

Technical Information: Technical information, recommendations, and other statements contained in this document or provided by 3M personnel are based on tests or experience that 3M believes are reliable, but the accuracy or completeness of such information is not guaranteed. Such information is intended for persons with knowledge and technical skills sufficient to assess and apply their own informed judgment to the information. No license under any 3M or third party intellectual property rights is granted or implied with this information.